Critical island size for Ag thin film growth on ZnO (000-1)

This item was submitted to Loughborough University's Institutional Repository by the/an author.

Citation: LLOYD, A., SMITH, R. and KENNY, S.D., 2016. Critical island size for Ag thin film growth on ZnO (000-1). Nuclear Instruments and Methods in Physics Research Section B: Beam Interactions with Materials and Atoms, 393, pp. 22-25.

Additional Information:

- This paper was accepted for publication in the journal Nuclear Instruments and Methods in Physics Research Section B: Beam Interactions with Materials and Atoms and the definitive published version is available at http://dx.doi.org/10.1016/j.nimb.2016.10.026.

Metadata Record: https://dspace.lboro.ac.uk/2134/23611

Version: Accepted for publication

Publisher: © Elsevier

Rights: This work is made available according to the conditions of the Creative Commons Attribution-NonCommercial-NoDerivatives 4.0 International (CC BY-NC-ND 4.0) licence. Full details of this licence are available at: https://creativecommons.org/licenses/by-nc-nd/4.0/

Please cite the published version.
Critical Island Size for Ag Thin Film Growth on ZnO (0001)

Adam L. Lloyd\textsuperscript{a,*}, Roger Smith\textsuperscript{a}, Steven D. Kenny\textsuperscript{b}

\textsuperscript{a}Department of Mathematical Sciences, Loughborough University, Leicestershire, LE11 3TU, United Kingdom
\textsuperscript{b}Department of Materials, Loughborough University, Leicestershire, LE11 3TU, United Kingdom

Abstract

Island growth of Ag on ZnO is investigated with the development of a new technique to approximate critical island sizes. Ag is shown to attach in one of three highly symmetric sites on the ZnO surface or initial monolayers of grown Ag. Due to this, a lattice based adaptive kinetic Monte Carlo (LatAKMC) method is used to investigate initial growth phases. As island formation is commonly reported in the literature, the critical island sizes of Ag islands on a perfect polar ZnO surface and a first monolayer of grown Ag on the ZnO surface are considered. A mean rate approach is used to calculate the average time for an Ag ad-atom to drop off an island and this is then compared to deposition rates on the same island. Results suggest that Ag on ZnO (0001) will exhibit Stranski-Krastanov (layer plus island) growth.

Keywords: Silver, Zinc Oxide, Critical Island Size, Kinetic Monte Carlo, Thin Film Growth

1. Introduction

Silver thin films make common appearances in low-emissivity (low-e) window production due to their reflective properties of certain wavelengths in the electromagnetic spectrum [1]. A thin film of Ag, when accompanied by the rest of a low-e coating, has the ability to reflect infrared radiation whilst allowing visible light to pass through. Ag is typically grown on a seed layer via a magnetron sputtering device [2, 3]. These devices are run just above room temperature (300 K) and typically deposit single Ag atoms on a substrate at low energies (≈ 3 eV) at near normal incidences. The seed layer considered in this work is zinc oxide.

The formation of islands during Ag thin film growth on ZnO has been witnessed experimentally [4] and investigated via \textit{ab initio} methods [5]. Further investigation is conducted by using a lattice based adaptive kinetic Monte Carlo (LatAKMC) model to simulate initial growth phases of Ag on a perfect O-terminated ZnO (0001) surface. A mean rate method approach is used for predicting island size on a perfect ZnO surface and a single Ag layer applied to a perfect ZnO surface.

2. Lattice AKMC

During single point deposition simulations [6] and off-lattice AKMC, it is seen that Ag ad-atoms most commonly sit in highly symmetric sites on the perfect polar ZnO (0001) surface (Fig. 1). This is also the case when Ag diffuses on an existing first layer of Ag on the ZnO surface. Due to this behaviour of deposited Ag atoms, a lattice based system can be assumed and used with KMC simulation to increase the efficiency of reusing previously found transitions and eliminate the need to use single ended search methods to find final transition positions.

For LatAKMC, all possible initial and final positions are assumed to be on a lattice. For the ZnO (0001) surface, a hexagonal lattice is considered. The first layer ad-atom can move in three different directions in the surface plane and possibly also jump up to the second layer. A second layer ad-atom can move in 3 directions on the Ag plane.
Table 1 – Example transitions of first layer Ag ad-atom on the perfect ZnO surface. Adsorption site labels refer to those in Fig. 1. Note that ‘B’ adsorption sites are unstable. $E_B$ denotes barrier height and corresponding rates are calculated at 300K.

<table>
<thead>
<tr>
<th>Initial</th>
<th>Final</th>
<th>$E_B$ (eV)</th>
<th>Rate ($s^{-1}$)</th>
</tr>
</thead>
<tbody>
<tr>
<td>A</td>
<td>C</td>
<td>0.16</td>
<td>2.05×10^{10}</td>
</tr>
<tr>
<td>C</td>
<td>A</td>
<td>0.56</td>
<td>3.91×10^{3}</td>
</tr>
</tbody>
</table>

Table 2 – Two possible transitions within the basin and the two escaping transitions with corresponding barrier heights and calculated rates above a first layer, ‘C’ stacked, island. $E_B$ denotes barrier height and corresponding rates are calculated at 300K.

<table>
<thead>
<tr>
<th>Initial</th>
<th>Final</th>
<th>$E_B$ (eV)</th>
<th>Rate ($s^{-1}$)</th>
</tr>
</thead>
<tbody>
<tr>
<td>Above Zn</td>
<td>Above O</td>
<td>0.17</td>
<td>1.56×10^{10}</td>
</tr>
<tr>
<td>Above O</td>
<td>Above Zn</td>
<td>0.30</td>
<td>8.77×10^{7}</td>
</tr>
<tr>
<td>Above Zn</td>
<td>Escape</td>
<td>0.35</td>
<td>1.32×10^{7}</td>
</tr>
<tr>
<td>Above O</td>
<td>Escape</td>
<td>0.72</td>
<td>8.02</td>
</tr>
</tbody>
</table>

Table 3 – Two possible transitions within the basin and two escaping transitions with corresponding barrier heights and calculated rates on a second layer ‘B’ stacked island (above an existing ‘C’ stacked Ag monolayer). $E_B$ denotes barrier height and corresponding rates are calculated at 300K.

<table>
<thead>
<tr>
<th>Initial</th>
<th>Final</th>
<th>$E_B$ (eV)</th>
<th>Rate ($s^{-1}$)</th>
</tr>
</thead>
<tbody>
<tr>
<td>Above Ag</td>
<td>Above Zn</td>
<td>0.01</td>
<td>6.79×10^{12}</td>
</tr>
<tr>
<td>Above Zn</td>
<td>Above Ag</td>
<td>0.06</td>
<td>9.82×10^{11}</td>
</tr>
<tr>
<td>Above Ag</td>
<td>Escape</td>
<td>0.75</td>
<td>2.51</td>
</tr>
<tr>
<td>Above Zn</td>
<td>Escape</td>
<td>0.89</td>
<td>1.12×10^{-2}</td>
</tr>
</tbody>
</table>

Figure 2 – Example growth structure after 27.6ms of simulation. The ZnO surface consists of 864 Zn and O atoms and 180 additional Ag ad-atoms are deposited at an average rate of 12 monolayers per second. Atoms are coloured by height in the y direction (Å). Large blue represent O and small blue Zn surface atoms whereas green and red denote first and second layer Ag atoms respectively.

Ag clusters, small energy barrier transitions can dominate the simulation. This can result in vast amounts of computational time being used without any significant evolution within the system. Fig. 3 shows an example pair of transitions with energy barriers being 0.17 eV and 0.3 eV. These are much lower than the relative barriers to escape (drop down to the first layer) or the equivalent barrier for deposition (0.6 eV).

As islands are seen experimentally when growing Ag on ZnO, simulating island growth is of interest. To investigate island formation and interaction, we must first know how large Ag islands are expected to be on the surface and then use LatAKMC to model a system large enough to incorporate multiple islands of this size. Having determined transitions on the first (Table 1) and second layers (Table 2), third layer transitions were also investigated. The results of these are shown in Table 3. Some of the barriers for diffusion in the third layer are even lower than
Figure 3 – Example configuration of a second layer Ag atom that will flip between adsorption sites above first layer Ag atoms with the relative transition rates shown in Table 2. Atoms are coloured by height in the $y$ direction (Å). Large blue represent O and small blue Zn surface atoms whereas green and red denote first and second layer Ag atoms respectively.

3. Critical Island Size

The question of finding the critical size of islands in growth simulations has been asked for many systems [12, 13, 14]. A new approach to answering this question is presented. An atom above an island is considered in a “super-basin” as long as it stays on the island and has exited the “super-basin” once it drops off and joins the layer below. This means that a mean rate method (MRM) approach can be used to find the mean residence time of an atom on an island. This residence time can be compared to the mean time between new deposition events on the island to find a critical island size. Any island larger than the critical island size would suggest a new atom is more likely to be deposited on the island than an existing atom is to drop off and thus more likely to continue island growth.

3.1. Methodology

The mean rate method (MRM) [15] is used to calculate the mean residence time in basin states before leaving the basin. Here it is used to estimate the time to escape an island. To calculate the probability that an atom will exit the basin (or island), we first calculate the probability matrix $T$ (only including states within the basin), with elements

$$T_{j,i} = \frac{R_{i\rightarrow j}}{\sum_k R_{i\rightarrow k}} = \tau_{i}^{-1} R_{i\rightarrow j}$$

where $R_{i\rightarrow j}$ is the rate to go from state $i$ to state $j$ within the basin. The sumation $\sum_k$ is over all states within and out of the basin. The reciprocal of the sum $\tau_{i}$ is the mean residence time in state $i$ each time that state is visited. To find the probability that a state is occupied after in-basin move $m$, an occupation probability vector of all basin states is given by repeat application of $T$ to the initial occupation probability:

$$\Theta(m) = T^m \Theta(0)$$

$$\Theta_i(0) = \begin{cases} 1 & \text{if state } i \text{ is the initial state} \\ 0 & \text{otherwise.} \end{cases}$$

The mean residence time in basin state $i$ before leaving the basin is then given by:

$$\tau_i = \tau_{i}^{-1} \Theta_i^{sum}$$

where,

$$\Theta_i^{sum} = \sum_{n=0}^{\infty} T\Theta(0) = (I - T)^{-1} \Theta(0).$$

Thus, the mean time to escape the basin (or island) is then given as the sum of mean residence times within the basin.

3.2. Results

For the case of a single layer Ag island - in the energetically preferable ABC (FCC) stacking - on the ZnO surface, we assume that there are 2 different types of basin states (directly above an O atom or Zn atom) and that a basin state of one type can only move to a basin state of the other type or escape the basin. The rates to move between states are calculated by using NEB to find the barrier height and the Arrhenius equation (Eq. 1) to convert the barrier height to a rate depending on system temperature (Table 2). Islands are assumed to be in regular hexagonal shapes on the surface for simplicity.

The mean time to escape a first layer Ag island on the perfect ZnO surface is compared against the average time between subsequent depositions (see Fig. 4). The results indicate that small changes in system temperature can largely affect the critical island size. For a deposition rate of 12 monolayers per second (ml/s), at temperatures below room temperature (293 K), the critical island size is less than 350 Ag atoms. Whereas for higher temperatures, critical island sizes can be in excess of 500 atoms. As well as temperature, deposition rate also has a significant effect on critical island sizes.
For second layer islands (Table 3) in a favourable ABCB (first layer FCC and second layer HCP) stacking configuration, transition rates between states within the island are 2-3 orders of magnitude larger than in first layer islands. In addition, transition rates to escape the island are smaller and thus result in critical islands sizes of less than 7 atoms when considering a deposition rate of 12 ml/s. For our system setup (temperature at 300 K and a deposition rate around 12 ml/s), we would expect large or no islands forming on the first layer of growth but many small islands forming on subsequent layers of Ag growth.

4. Summary

Critical island analysis on perfect ZnO surfaces predicts a layer plus island growth model at initial growth phases (less than 2 layers high). However, island sizes may differ on defective ZnO surfaces. For our model, in order to simulate a system that may include multiple initial islands, we would have to either consider a system with a surface of at least a few thousand atoms, decrease our deposition rate or increase our system temperature. Despite this, an investigation of further island formation on subsequent layers of grown Ag could be conducted on a much smaller surface with typical system temperatures and deposition rates.

Experimental results show a large quantity of small islands forming after 8 monolayers of Ag growth [4] but island formation on the first layer is unclear. Our critical island analysis agrees that small islands are likely to form after an initial layer of Ag growth.

Acknowledgements

The research at Loughborough was supported by EPSRC (grant no. EP/K000055/1) and AGC Glass Europe. Thanks are given to past and present members of the Loughborough material modelling group for helping develop parts of the code used in this work and to HPC Midlands for computer time.

References


